Electronic structures and spin fluctuations in nickelate oxide NdNiO₂

Ying Fu,1,2 * Le Wang,1, * Hu Cheng,1 Shenghai Pei,1 Xuefeng Zhou,1 Jian Chen,1 Shaoheng Wang,1 Ran Zhao,3 Wenrui Jiang,1 Cai Liu,1 Mingyuan Huang,1 XinWei Wang,3 Yusheng Zhao,1 Dapeng Yu,1 Shanmin Wang,1,† and Jia-Wei Mei1,†

1Shenzhen Institute for Quantum Science and Engineering, and Department of Physics, Southern University of Science and Technology, Shenzhen 518055, China
2Institute of Applied Physics and Materials Engineering, University of Macau, Macau 999078, China
3School of Advanced Materials, Shenzhen Graduate School Peking University, Shenzhen 518055, China

(Dated: November 11, 2019)

We perform core-level X-ray photoemission spectroscopy (XPS) and Raman spectroscopy studies of electronic structures and spin fluctuations in the nickelate oxide NdNiO₂. According to the Ni 2p and O 1s XPS spectra, there are strong covalence between Ni 3d and O 2p in the reference samples NiO and NdNiO₃, due to the positive and negative charge transfer in NiO and NdNiO₃, respectively. In the contrast, the Ni 3d and O 2p hybridization is significantly suppressed, indicating the Hubbard-like Mott insulator in NdNiO₂. The three-peak structure in Nd 3d core-level XPS implies the strong mixing state between 4f and 4f^4L in NdNiO₂, giving rise to a heavy-fermion like system. The two-magnon peak in the Raman scattering provides direct evidence for the strong spin-fluctuation in NdNiO₂. The peak position determines the antiferromagnetic exchange J = 25 meV. Our experimental results agree very well with our previous theoretical results.

Introduction – Nickel has the formal valence with electronic configurations of of 3d^8 Ni^{3+}, 3d^8 Ni^{2+} and 3d^9 Ni^{+} in the transition-metal oxides, exhibiting lots of strongly correlated physics properties, such as the sharp metal-insulator transitions, unusual magnetic order, charge order and even the possible superconductivity [1–15]. The chemical potential of nickel ions increases with decreasing the oxidation state. Particularly, the perovskite nickelate NdNiO₃ is a negative charge-transfer oxide [16] while the rock salt NiO is a (positive) charge-transfer insulator [2] according to the Zaanen-Sawatzky-Allen (ZSA) classification of the transition-metal compounds [1]. Recently, superconductivity with the critical temperature up to Tc = ~15 K is discovered in the thin film Nd₂₀S₀₁₀₂NiO₂ [14].

Reduced form of NdNiO₃ leads to the infinite layered phase NdNiO₂ [7–13], which has a very flat NiO₂ plane of the square lattice for Ni^{3+} with one hole in the dx²−y² orbital. Ni^{3+} has higher chemical potential, the holes reside mostly in Ni^{3+} ions and result in Ni^{2+} ions when the NiO₂ plane is doped in NdNiO₂ [17, 18], consistent with recent X-ray absorption spectroscopy (XAS) and resonant inelastic X-ray scattering (RIXS) on the thin-film NdNdO₂ samples [15]. Furthermore, powder neutron diffraction studies of LaNiO₂ and NdNiO₂ show no indication of magnetic order down to 5 K and 1.7 K, respectively [8, 9]. A minority nickel metal impurity phase in LaNiO₂ and NdNiO₂ makes it difficult to study the thermodynamic spin susceptibilities [8, 9]. The absence of long-range magnetic order may be due to poor sample qualities, or due to the “self-doping” effects of the Nd 5d electron pockets [18, 19]. It is generally accepted that antiferromagnetic spin fluctuations due to the proximity to a Mott insulator is a key ingredient for the unconventional superconductivity in the cuprate oxides [20, 21]. The exchange interaction J for cuprates is very large, and J was determined from the two-magnon peak to be of order 100 meV [22–32]. The two-magnon peak persists even when antiferromagnetic long range order disappears quickly with hole doping at least up to optimal doping for hole-doped cuprate systems [33]. If the sub-millimeter sizable single crystal is available, Raman scattering is useful to explore the spin fluctuations in the NdNiO₂.

In this paper, we perform core-level X-ray photoemission spectroscopy (XPS) and Raman spectroscopy studies of electronic structures and spin fluctuations in the nickelate oxide NdNiO₂. Core-level XPS is a powerful tool to study electronic properties of transition-metal oxides [34]. Analysis of XPS has helped in the classification of materials as charge-transfer or Mott-Hubbard insulators [1] and the determination of important parameters, such as the on-site Coulomb interaction and the charge-transfer energy [35, 36]. According to the Ni 2p and O 1s XPS spectra, the Ni 3d and O 2p hybridization is significantly suppressed, indicating the Hubbard-like Mott insulator for the undoped NiO₂ plane in the NdNiO₂. The three-peak structure in Nd 3d core-level XPS implies the strong mixing state between 4f and 4f^4L in NdNiO₂, giving rise to a heavy-fermion like system as Nd₁.₈Ce₀.₂CuO₄ [37]. Two-magnon peak in the Raman scattering provides direct evidence for the strong spin-fluctuation in NdNiO₂. The antiferromagnetic exchange J is determined as J = 25 meV in the Raman scattering, surprisingly close the theoretical estimated value J = 26 meV [18].

Single crystal synthesis and experimental setup. – Before synthesizing NdNiO₃ polycrystalline powder, a precursor was obtained in following route: NiO and Nd₂O₃ powder in a stoichiometric ratio of 2:1 were dissolved thoroughly in hot concentrated nitric acid and then evaporated the excess nitric acid to get a green gel. After sintering green gel at 673 K for 2 hours, the black precursor powder was obtained. The NdNiO₃ samples were synthesized by calcining precursor powder capsuled in H-BN at 1073 K under high pressure of 2 GPa for 1 hour. The crystals of NdNiO₃ with scale of about 100 µm were successfully obtained in a similar way with more optimized conditions. The NdNiO₂ polycrystalline samples were reduced from NdNiO₃ using CaH₂ as reducing agent. NdNiO₃ and a two-molar excess of CaH₂ were
Electronic structures from X-ray photoelectron spectroscopy. – Core-level XPS measures the response of the valence electrons to the creation of a strong local potential resulting from the removal of a core electron and thus provides information on the screening dynamics of a material. The screening dynamics measures the electronic structure, particularly the covalence hybridization between transition/rare-earth metal and ligand in the oxide sample compounds.

Figure 2 displays Ni 2p XPS spectra of NiO, NdNiO$_3$ and NdNiO$_2$. The removal of the 2p core electron leads to the creation of a strong local potential on the nickel site. Different types of core-hole screening result in various final states appearing as fine structures in the core-level XPS [34]. The Ni 2p spectrum is composed of 2p$_{3/2}$ and 2p$_{1/2}$ components due to the large spin-orbit coupling in the Ni 2p core level.

We mainly focus on the Ni 2p$_{3/2}$ components in Fig. 2. The satellite feature is found at high binding energy around 861 eV in the three nickelate oxides. The satellite peak corresponds to the unscreened core hole. Rock salt NiO is a charge-transfer insulator according to the analysis of the XPS measurements [1], while NdNiO$_3$ is characterized a negative charge-transfer energy [16]. In the initial state, their ground states have the characters of mainly $|3d^8\text{L}\rangle$ and $|3d^8\text{L}\rangle$ ($\text{L}$ is the hole in the ligand) in NiO and NdNiO$_3$, respectively. Correspondingly, the main characters of the satellite peaks around 861 eV are $2p^53d^8\text{L}$ and $2p^53d^9\text{L}$ in NiO and NdNiO$_3$, respectively. Generally, Ni$^+$ in NdNiO$_2$ has a higher chemical potential than Ni$^{2+}$ and Ni$^{3+}$. The satellite peak in NdNiO$_2$ Ni 2p$_{3/2}$ XPS has mainly $2p^53d^9\text{L}$ character. A over-screened final states with $2p^5d^{10}\text{L}^2$ is found around 866 eV in NiO Ni 2p$_{3/2}$ XPS spectrum. The over-screened peak in NdNiO$_3$ and NdNiO$_2$ is nearly invisible.

The main line region around 852-859 eV corresponds to the screened final state, where an electron is transferred from
the environment to the Ni site. The main lines of the three compounds (NiO, NdNiO₃ and NdNiO₂) can be fitted by two peaks as shown in Fig. 2, where the higher and lower binding energy peaks correspond to the local and non-local screening final states, respectively [38–41]. The analysis of the main line in Ni 2p XPS for NiO has been studied previously [1, 38–41]. In the main line of NiO, the highest binding energy peak corresponds to the 2p⁵3d¹⁰L final state, where an electron is transferred from the neighboring oxygen atoms (local screening) leaving a hole in the oxygen ligand orbital L. The peak at the lowest energy corresponds to the final state where an electron is transferred from oxygen in the neighboring NiO₆ octahedron thereby creating a Zhang-Rice singlet in the octahedron (non-local screening) [39–42]. The perovskite NdNiO₃ has a negative effective charge-transfer energy, giving rise to “self-doped” holes on the ligands [16]. It has a local Ni 3d⁸ configuration, a predominant O 2p character across the Fermi level and a consequent ground state of mainly Ni 3d⁸L in the metallic state at the room temperature. The screened main line is around 850-860 eV with mainly Ni 3d⁸L² character in the final state, where further electron is transferred from the neighboring oxygen atoms (local screening) and conducting electronic states (non-local screening). NdNiO₂ has the formal valence Ni⁺, and both theoretical and experimental studies indicate conducting electronic state in NdNiO₂ at least at a room temperature [14, 19]. The non-local screened peak in NdNiO₂ contains the smallest area among the three XPS spectra in Fig. 2.

The significantly suppressed non-local screening final state in NdNiO₂ as shown in Fig. 2 indicates strongly suppressed Ni-O covalence in the ground state. To detect the Ni-O covalence, we turn to the O 1s XPS spectra as shown in Fig. 3. There are two peaks in O 1s XPS for NiO corresponding to the unscreened and screened final states, respectively, for the core hole. For NdNiO₃, there are three peaks due to the negative charge transfer energy and the extra peak has the lowest binding energy 528.3 eV, indicating the oxygen 2p state is pushed across the Fermi energy. Very different from NiO and NdNiO₃, the covalence peak (529.05 eV) is significantly suppressed as shown in Fig. 3. Together with Ni 2p XPS spectra, we can conclude NdNiO₂ is a Hubbard-like Mott material.

Figure 4 is the Nd 3d core-level XPS spectra for Nd₂O₃, NdNiO₃ and NdNiO₂, with very similar overall pattern. This indicates that the valence of the Nd ion in NdNiO₃ and NdNiO₂ is exactly 3+ the same as that in Nd₂O₃, confirming that the formal valence of Ni is 3+ and 1+ in NdNiO₃ and NdNiO₂, respectively. As in Nd₂O₃, Nd³⁺ in NdNiO₃ and NdNiO₂ has the 4f⁴ electronic configuration with local moments. All Nd 3d_5/2 XPS spectra in Fig. 4 exhibit the three-peak structure, indicating strong mixing state between 4f⁴ and 4f⁴L configurations. The unscreened (4f⁴L) and screened (4f⁴L²) final states correspond to the peaks at around 982 eV and 977 eV, respectively. The over-screened (4f⁴L²) peak is around 993 eV. The strong covalency hybridization between Nd 4f and O 2p states makes NdNiO₂ a heavy-fermion system similar to the model for heavy-fermion behavior of Nd₁.₈Ce₀.₂CuO₄ [37].

Two-magnon mode in Raman spectroscopy. – Figure 5 is the Raman spectra of NdNiO₂ at 300 K and 120 K measured on the single crystal shown in the inset. During the synthesis process, some pure nickel metal are embedded in NdNiO₂ crystal due to the perotectic phenomenon. From the scanning electron microscopy (SEM) image in the inset of Fig. 5, we can see the nickel metal in the dark gray spots according to electron microscopy (SEM) image in the inset of Fig. 5. We perform the Raman scattering measurements on NdNiO₂ in the light gray area.

FIG. 3. O 1s core-level XPS spectra of NiO (a), NdNiO₃ (b) and NdNiO₂ (c) powder samples.

The ideal stoichiometric NdNiO$_2$ has the space group $P4/mmm$ and all the ions can be taken as the inversion center of the lattice. Therefore, there is no Raman active phonon mode in the Raman scattering. Fig. 5 displays the Raman susceptibility $\chi''(\omega)$ deduced from the Raman intensity $I(\omega)$ according to the fluctuation-dissipation theorem, $I(\omega) = (1 + n_B(\omega)) \chi''(\omega)$ where $n_B(\omega)$ is the boson factor. There is no sharp phonon modes in the spectra. A broad peak appears at 122 cm$^{-1}$, independent of the temperature. The origin of the 122 cm$^{-1}$ is not clear and we suspect it comes from the defect due to the off-stoichiometry of NdNiO$_2$.

We attribute the mode at around 550 cm$^{-1}$ in the Raman susceptibility spectra of NdNiO$_2$ in Fig. 5 to the two-magnon peak in the two-dimensional Heisenberg antiferromagnet. The broadening of the two-magnon response with doping and temperature has been studied theoretically in the cuprate oxides [22-32]. The two-magnon identifies the strong spin fluctuations in the cuprate even when the long range antiferromagnetic order disappears at high temperatures or upon doping [33]. In a 2D Heisenberg antiferromagnet, the light in the Raman process flips two nearby spins on the nearest neighboring bond, leaving behind a locally disturbed antiferromagnet with 6 broken exchange bonds in the final state. Therefore the two-magnon has the energy scale at roughly 2.7J [33]. We equal 2.7J to 550 cm$^{-1}$, and obtain the antiferromagnetic exchange strength $J = 25$ meV.

**Discussions and Conclusions.** The discovery of the superconductivity in the thin film Nd$_{0.8}$Sr$_{0.2}$NiO$_2$ [14] has caught lots of attention, however, the recent report of the bulk Nd$_{1-x}$Sr$_x$NiO$_2$ ($x = 0.2, 0.4$) reveals an insulating behavior without the presence of the superconductivity [43]. The reason of the discrepancy is unclear. We suspect that the Sr substitution of Nd destroys the flat NiO$_2$ plane in the bulk Nd$_{1-x}$Sr$_x$NiO$_2$, probably resulting in the insulating behavior due to the disorder. In the thin film Nd$_{1-x}$Sr$_x$NiO$_2$, due to the strain effect of substrate, the NiO$_2$ plane remains flat after doping.

In the previous theoretical study, we derive the effective Hamiltonian for nickelate oxides Nd$_{1-x}$Sr$_x$NiO$_2$ with the flat NiO$_2$ planes [18]. From the Heyd-Scuseria-Ernzerhof hybrid density functional and the exact diagonalization of the three-band Hubbard model for the Ni$_2$O$_4$ cluster, we find that the undoped NiO$_2$ plane is a Hubbard Mott insulator and the doped holes primarily locate on Ni sites. The physics of the undoped NiO$_2$ plane is described by the two-dimensional Heisenberg antiferromagnet on the square lattice $H = J \sum_{(ij)} S_i \cdot S_j$ with the exchange strength $J = 26$ meV [18]. The electron pockets of Nd$^{3+}$ 5d character in NdSrNiO$_2$ hybridizes with the 4f local moments, behaving as a heavy fermion system, $H_K = \sum_k a_{k} a_{k}^{\dagger} a_{k} + J_K \sum_i s_i \cdot S_i^{4f}$, where $a_{k}^{\dagger}$ creates fermion with momentum $k$ on the electron pockets and $s_i$ and $S_i^{4f}$ are the spin operators for the 5d electrons and 4f local moments, respectively.

In this work, from the core-level XPS of Ni 2p and O 1s spectra in Fig. 2 and 3, we find that the covalence in NdNiO$_2$ between Ni 3d and O 2p is significantly suppressed with respect to the results for NiO and NdNiO$_3$, consistent with the Hubbard-Mott scheme proposed in our theory [18]. The Hubbard-Mott scenario is also proposed in Ref. [17]. From Nd 3d core-level XPS, we reveal the strong covalency hybridization between Nd 4f and O 2p states in NdNiO$_2$, indicating the heavy-fermion behavior similar to Nd$_{1.8}$Ce$_{0.2}$CuO$_4$ [37]. This agrees with our theoretical prediction again as discussed above. The Raman spectra in NdNiO$_2$ demonstrates the strong spin fluctuation with the exchange strength $J = 25$ meV, surprisingly close to the theoretical value $J = 26$ meV in our theoretical work.

In summary, we perform core-level X-ray photoemission spectroscopy (XPS) and Raman spectroscopy studies of electronic structures and spin fluctuations in the nickelate oxides NdNiO$_2$. The Ni 3d and O 2p hybridization in NdNiO$_2$ is significantly suppressed, indicating the Hubbard-like Mott insulator for the undoped NiO$_2$ plane. The three-peak structure in Nd 3d core-level XPS implies the strong mixing state between 4f$^3$ and 4f$^4$L in NdNiO$_2$, giving rise to a heavy-fermion like system. Two-magnon peak in the Raman scattering provides direct evidence for the strong spin-fluctuation in NdNiO$_2$. The peak position determines the antiferromagnetic exchange $J = 25$ meV. Our experimental results agree very well with our previous theoretical results.

**Acknowledgments** – J.W.M thanks A. Ng, F. Ye and W.Q. Chen for useful discussions. J.W.M was partially supported by the program for Guangdong Introducing Innovative and Entrepreneurial Teams (No. 2017ZT07C062).

* These two authors contributed equally.

wangsm@sustech.edu.cn


